Green Synthesis of Polyherbal Silver Nanoparticles from *Rosa Gallia officinalis*, *Citrus sinensis* and *Solanum tuberosum* Extract for antioxidant Potency

Brito Raj S¹, Boukary Obedoulaye¹, Sucharitha P², Saritha M³, Shaheedha S M⁴, Srikanth P⁵, Bhaskar Reddy K⁶

¹Department of Pharmaceutics, Centre for Pharmaceutical Nanotechnology, Sri Venkateswara College of Pharmacy, RVS Nagar, Chittoor - 517127, Andhra Pradesh, India
²Department of Pharmaceutics, Seven Hills College of Pharmacy, Tirupati – 517561, Andhra Pradesh, India
³Department of Pharmaceutics, Vignan Institute of Pharmaceutical Technology, Kapujaggra Ju Peta Duvvada, Visakhapatnam -530049, Andhra Pradesh, India
⁴Department of Pharmacognosy, Crescent School of Pharmacy, B.S.Abdur Rahman Crescent Institute of Science and Technology, Vandalur, Chennai - 600048, Tamil Nadu, India
⁵Department of Pharmaceutics, Vaagdevi Pharmacy College, Warangal - 506005, Telangana, India

**ABSTRACT**

Skin ageing is due to the combination of natural, largely genetically programmed and environmentally modulated changes which occur in the body system due to free radical damage. Silver Nanoparticle (AgNPs), were prepared by chemical reduction using green synthesis and they were evaluated for particle size in nanometer, zeta potential in millivolt, surface morphology by scanning electron microscopy (SEM) and percent entrapment efficiency. The polyphenols were quantified by chromatographic techniques and the antioxidant activity measured spectrophotometrically by DPPH (2,2 Diphenyl 1picrylhydrazyl) assay. According to this study AgNPs showed a least particle size of 145.4±2.4nm, maximum zeta potential of -39.1±2.4 mV with desired polydispersity index of 0.358±0.02, the amount of polyphenols loaded in AgNPs was found to be 87.23±2.54%. Maximum phenolic content was found in F1 as 65.21±3.721 mg equivalent GAE/g of extract. On comparing the IC₅₀ values, F1 and F5 exhibited the lowest and highest values respectively. Therefore, F1 possesses higher DPPH radical scavenging potential.

**INTRODUCTION**

Skin ageing process can be prematurely caused by various factors which include free radicals damaging the cells, exposure to the sun (photo-ageing) and pollution, environmental factors (smoking and drinking), diet and stress, and loss of subcutaneous support (Zhang and Duan, 2018; Tobin, 2017). It can be the result of a combination of natural, largely genetically programmed and environmentally modulated changes which occur in the body. Skin ageing is a predominantly natural change that cannot be completely reversed; however, it is possible to reduce the wrinkles and brown spots (Bau-
mann, 2007). Free radicals are unstable atoms or molecules having single and unshared electron. They are very reactive chemical radicals that can cause cellular damage (Park et al., 2014). Damage occurs when free radicals try to stabilize by grasping additional electron from skin, proteins and cellular entities. Skin ageing will be rapid or speed up when the free radical over react with the cells which causes premature erosion. Today, this theory is widely accepted by most of the scientists to elucidate how free radicals could trigger skin ageing (Khan et al., 2017). In order to prevent the reaction of free radical with cellular components antioxidants are majorly used the main role of the antioxidant to delay or prevent oxidation that build up at molecular level within tissues and cells (Silva-Beltran et al., 2017). They neutralize the free reactive oxygen species and counteract their effects by forming a pair and stable radicals. Although complete reversal of ageing is nearly impossible, however antioxidants prevents from limited skin damage caused by free radicals and thereby they protect and improve its appearance (Wahab et al., 2009; Nisa et al., 2013).

Several medicinal plants have been investigated for therapeutic potential. Thus, they are widely used for development of new medicinal systems. Among all the novel drug delivery systems, nanosized systems are one of the great research interests. Nanoparticles are microscopic particles that exist on a nanoscale (1-100 nm). They are subcellular like structure thereby having unique material characteristics and more physiologically and biologically compatible. Nanoparticles can absorb and incorporate therapeutic substances, prevent chemical and enzymatic degradation, improve drug distribution and delivery properties (Song et al., 2009).

In contrast to ancient studies, the current research suggests that the combination of antioxidants from different herbal sources could produce synergistic antioxidants effects to increasing their potency and efficacy against free radicals thorough anti-oxidant activity to treat anti-ageing.

MATERIALS AND METHODS

Materials used

The chemicals and reagents used are technical grade. Ethanol, Acetone, Toluene, Formic acid, Methanol, Glacial acetic acid, distilled water, Chloroform, Ethyl acetate, concentrated Sulfuric acid (H₂SO₄), 0.5N Alcoholic potassium hydroxide, Sodium hydroxide (NaOH), Lead acetate, Hydrochloric acid (HCl), Silver nitrate (AgNO₃), Ninhydrin reagent, Fehling’s reagent 1&2, Folin-Ciocalteu reagent, Salkowski’s reagent, 1, 1-diphenyl-2-picylhydrazyl (DPPH), Ascorbic acid and all other non-specific reagents were procured from HiMedia Pvt Ltd, Mumbai, India.

Instruments and Equipment used

UV-visible spectrophotometer (Shimadzu, Japan), pH meter, Magnetic stirrer (SMLH Plus, REMI), Homogenizer, Nanoparticle size analyzer (Sz-100Z, HORIBA, Japan), Hot air oven, Analytical balance (MAB 220T Touch screen) and Fourier-transform infrared spectroscopy (FT-IR) (BRUKER, INDIA) were used.

Collection and drying of herbs

*Rosa Gallia officinalis* (Red rose petals), Family: *Rosacea* (1kg) was directly picked from the garden. A constant weight and moisture of 2-3% was ascertained after subsequent drying of the petals in shade and under hot air oven at 50°C. *Citrus sinensis* (Orange peels), family: *Rutaceae* and *Solanum tuberosum* (Potato peels), family: *Solanaceae* (1kg each) were collected from the market respectively. The fresh peels were thoroughly cleaned under running tap water. The cleaned peels were further desiccated at 50°C for 48 hours in hot air oven and allowed to shade dry for two days. Red rose petals, orange peels and potato peels were trodden into small pieces (1x1 cm approximately), powdered and mixed in 1:1:1 ratio. The obtained mixture was taken for extraction (Md et al., 2010; Kovac-Besovic et al., 2009).

Preparation of plant extract

The red rose petals, orange peels, and potato peels by taking 30gms each i.e. at the ratio 1:1:1 followed by the extraction is carried out by using Soxhlet apparatus as shown in Figure 1A. The process was repeated continuously for complete and exhaustive extraction of crude components (Peters, 2010; Philipson, 2007); The ethanolic extract as depicted in Figure 1B obtained was concentrated to dry residue under reduced pressure at room temperature. Concentrated residue was stored at 4°C and used for further study (Kamijo et al., 2008).

Preliminary phytochemical screening

Phytochemical investigation was performed on crude plant extract for detection of various bioactive compounds. The various phytochemical tests performed were Dragendorff’s test, Hager’s test, Meyer’s test, Wagner’s test for alkaloids; test for phenols, test for flavonoids, test for glycosides, test for tannins, foam and froth tests for saponins and test for reducing sugar as shown in Figure 1C (Peters, 2010; Philipson, 2007).

Thin layer chromatography development
Figure 1: (A) Soxhlet apparatus; (B) Preliminary phytochemical screening tests of Flavonoids (a, c and d), Phenolic compounds (b), Polyphenols (e), Cardiacglycosides (f) (C) Preliminary phytochemical tests for Saponins, Alkaloids, Tannins

Figure 2: Column Chromatography- Development and separation of fractionates (a) Column bed prepared by wet packing method; (b) Loading of extract; (c) Elution of fractionate bands

Figure 3: Preparation of silver nano particles (a) Silver nitrate solution; (b) Plant extract solution; (C) Silver Nano particles
Table 1: Preliminary phytochemical screening data of the mixture of crude extract of all the three herbs (red rose petals, orange peels, and potato peels).

| Tests                          | Observations                                      | Inferences                        |
|-------------------------------|---------------------------------------------------|-----------------------------------|
| Test for Alkaloids            |                                                   |                                   |
| 1. Dragendroff’s test         | Formation of reddish brown precipitate            | Presence of alkaloids was confirmed |
| 2. Meyer’s test               | Reddish color precipitate was observed            |                                   |
| 3. Wagner’s test              | Yellow color precipitate was formed               |                                   |
| 4. Hager’s test               |                                                   |                                   |
| Test for Phenols              |                                                   |                                   |
|                               | Formation of red color                            | Presence of phenols               |
| Test for Flavonoids           |                                                   |                                   |
|                               | Development of red color                          | Presence of flavonoids            |
| Test for Cardiac glycosides   |                                                   |                                   |
|                               | Development of yellow color                       | Presence of glycosides            |
| Test for Tannins              |                                                   |                                   |
|                               | Formation of greenish-black precipitate           | Presence of tannins               |
| Test for Saponins             |                                                   |                                   |
| i)                            | No formation of 1 cm layer frothing               | Absence of saponins              |
| ii)                           |                                                   |                                   |
| Test for Reducing sugar       |                                                   |                                   |
|                               | Orange red precipitate was formed                  | Presence of reducing sugar        |

Table 2: TLC of ethanolic extract and Rf values of the fractionates of the crude extract

| S. No | Mobile phase                              | Chemical constituents | Rf value |
|-------|-------------------------------------------|-----------------------|----------|
| 1     | Toluene:Acetone (90:10)                   | Phenols               | 0.96     |
| 2     | Chloroform: Ethylacetate (60:40)          |                       | 0.97     |
| 3     | Toluene: Ethyl acetate:Acetic acid (34:15:1) | Flavonoids          | 0.98     |
| 4     | Methanol: Water (7:3)                     |                       | 0.97     |

Table 3: Phytochemical screening, TLC and UV spectra data of the fractionated compounds

| S. No | Parameters          | Specification | F1 | F2 | F3 | F4 | F5 | M1 | M2 | M3 | M4 |
|-------|---------------------|---------------|----|----|----|----|----|----|----|----|----|
| 1     | Phytochemical       | Phenols       | +  | -  | +  | +  | +  | +  | +  | -  | -  |
|       | screenings          | Flavonoids    | +  | +  | +  | -  | -  | -  | +  | +  | -  |
| 2     | TLC technique       | Rf values (phenols) | 0.97 | 0.67 | 0.96 | 0.97 | 0.95 | 0.97 | 0.53 | 0.48 |
| 3     | UV-Visible analysis | λ_{max} in nm | 270 | 300 | 273 | 270 | 271 | 274 | 273 | 245 | 260 |

The crude extract was examined under Thin Layer Chromatography. It is extensively used for separation, finger print profiling and quantitative analysis of plant materials. About 3 µl of standard and test (filtered extract) solutions were loaded to a pre-coated plate using freshly prepared mobile phase (selected based on polarity) such as Toluene: Acetone (9:1); Ethyl acetate: Formic acid: Glacial Acetic Acid: Water (10:1.1:1.2:7); Chloroform; Ethyl acetate (6:4); Ethyl acetate: Toluene: Formic acid (7:3:1); Methanol: Water (7:3); Toluene: Ethyl acetate: Acetic acid (34:15:1). After development, the plates were dried under Hot air oven at 105°C for about 10 minutes and visualization of spots was done under ultraviolet chamber after being sprayed with Folin-Ciocalteu’s reagent for phenols, rutine for flavonoids, terpiniol for terpenoids. The retention factor (Rf values) was determined by the formula (Majors, 2003).

\[ \text{Rf} = \frac{\text{Distance travelled by sample from origin line}}{\text{Distance travelled by solvent from origin line}} \]

**Column Chromatography**

The crude extract was further examined under column chromatography for isolation and separation of individual bioactive compounds. The column bed
(Figure 2A) was prepared by flowing a mixture of petroleum ether and silica gel G (50g, 60-120#) through a cleaned and dried column (stationary phase), allowing silica to be adequately retained with no pores. Crude extract (2gms) (Figure 2B) was added onto the prepacked column via wet loading. Different solvent systems (mobile phase) were continuously used for elution of different components (Figure 2C). Fractionates were collected (Figure 2C), pooled together based on similar results and further analyzed for the presence of phenols (LaCourse, 2002; Rasool et al., 2011). As suggested by thin layer chromatography (TLC), Toluene: Acetone (9:1) was ideal solvent system for separation and elution of phenolic components. The development of column and separation of fractionates are shown in (Figure 2) (Anagnostopoulou et al., 2006).

TLC, Ultraviolet spectroscopy and Fourier-transform infrared spectroscopy (FT-IR) spectroscopic analysis of fractionates

The phenolic components in fractionates were investigated by TLC, UV spectrophotometer and FT-IR spectroscopy for detection, characterization and structural elucidation.

Phytochemical screening

The phytochemical analysis of the fractionates was conducted by subjecting the fractionates to different confirmatory tests. The aim is to determine the presence of certain phytochemical classes mainly focusing on phenolic groups. The tests for Phenols and Flavonoids were performed (Peters, 2010; Philipson, 2007).

Thin layer chromatography (TLC)

The TLC analysis was performed using Toluene:
Acetone (9:1) solvent system. The mobile phase was prepared and kept in TLC chamber while the fractionates were loaded on the solvent front line (1 cm height and 1 cm apart). The prepared stationary phase was kept in the TLC chamber for 15 minutes. As the mobile phase travels from the front line, there is elution of phenolic compounds. Yellowish spots were seen after spraying phenol reagent and drying in oven at 105ºC for 10 minutes (Rolim et al., 2019). The retardation factor (Rf) values were calculated using the formula:

\[
Rf = \frac{\text{Distance travelled by sample from origin line}}{\text{Distance travelled by solvent from origin line}}
\]

**UV visible spectroscopy**

The fractionates were filtered and analyzed in UV visible spectroscopy using water and acetone as blank region with a resolution of 1nm, from 200-500 nm to determine their absorbance.

**FT-IR spectroscopy**

FT-IR investigation was done on each filtered fractionate in the range approximately 4000-400 cm\(^{-1}\). The analysis was performed by placing a tiny sample as small as 10 microns in Alpha-Bruker FT-IR spectrophotometer. The amount of IR beam refracted and the sample absorbance frequencies were recorded. A reference database was used for identification of samples.

**Preparation of silver nanoparticles**

**Preparation of plant extract**

The extract sample was prepared by dissolving different weights (0.5g; 1g and 2g) of powdered crude extract up to 100 ml of distilled water, with continuous stirring and heating at about 60ºC followed by filtration using Whatmann No. 1 paper.

**Preparation of Silver nitrate solution**

Different strengths (1, 2.5 and 5 millimolar) of silver nitrate solutions were prepared by dissolving 0.0169, 0.0425 and 0.085g in 100 ml of distilled water each respectively.

**Preparation of silver nanoparticles by Green synthesis**

Silver nanoparticles were prepared by adding drop-wise 25 ml of AgNO\(_3\) solution to 25 ml of extract solution with continuous shaking at room temperature until the solution turns to grey black as shown in Figure 3 A, B, C. The polyphenols act as reducing, capping and stabilizing agent. The pH of the final suspension was brought to 10.5 by dropping sodium hydroxide (NaOH) (1 ml/L) to the suspension. Furthermore, the suspension was centrifuged at 5000 rotation per minute (rpm) for 10 min and the precipitated AgNPs were collected, washed twice and freeze dried. The optimization design used was the 2\(^3\) factorial design and its levels are shown in Table 4. Chemical reduction by green synthesis was the method used for preparation of silver nanoparticles. Green synthesis is an environmentally friendly method for the synthesis of the nanoparticles since the toxic chemical which is produced during the biosynthesis can be degraded with help of the enzyme which is present in the microbes (Suber et al., 2005; Bogle et al., 2006).

**Experimental design for formulation of silver nanoparticles**

2\(^3\) experimental design was used to optimize the formulation technique. The aim of this design to decide the best combination possible and to establish a relationship between factors/inputs (independent variables) which includes Extract concentration (A in mg), Silver nitrate concentration (B in mM) and Stirring speed (C in rpm), and outputs (dependent variables) Particle size (Y1), Zeta potential (Y2) and Polydispersity index (Y3). According to this design, high and low levels of factors can be combined in 8 different ways as depicted in Table 4 (Yoosaf et al., 2007; He et al., 2004).

**Evaluation parameters of nanoparticles**

**Particle size**

Horiba Nanoparticle size analyzer equipped with the Horiba software was used for nanoparticles size characterization. Measuring particle size and size distribution reveals the in-vivo distribution, biological fat, toxicity and targeting ability of the nanosystem (Li and Zhang, 2010). Additionally, it also relates drug loading, drug release and stability of nanoparticles. Photon-correlation spectroscopy or dynamic light scattering is the most widely used technique for determining particle size. The obtained result is double checked by Scanning Electron Microscopy (SEM) (Choi et al., 2007; Sun et al., 2000).
Zeta potential

Zeta potential (ZP) is a measure of the surface property. It predicts the electrical potential of particles and is dependent on the composition of the nanof ormulation and the pH of the medium (Suber et al., 2005; Bogle et al., 2006). Nanosuspension with zeta potential above +30mV or less than -30mV are said to be stable, as the surface charge prevents particles aggregation.

Surface morphology

Surface morphology of the prepared silver nanoparticles was analyzed using Horiba nanoparticle analyzer. About 30 microns of silver nanoparticles solution was initially dried, then mounted on sample holder. This was followed by coating with gold using a sputter coater (Yoosaf et al., 2007; He et al., 2004) and further scanned for nanoparticles size and shape characterization.

Entrapment efficiency

The entrapment efficiency (EE) was expressed as the ratio of the amount of drug released from lyzed nanoparticles to the amount of drug initially taken to prepare the nanoparticles (Suber et al., 2005; Bogle et al., 2006). Unentrapped drug molecules were separated by ultracentrifugation and subsequent decantation of the resulting supernatant into phosphate buffer pH 7.4 (Yoosaf et al., 2007; He et al., 2004).

\[
EE[\%] = \frac{\text{Amount of drug released from lyzed nanoparticles}}{\text{Amount of drug initially taken to prepare nanoparticles}} \times 100
\]

Polydispersity index

Polydispersity index (PI) is a measure of non-uniformity of size distribution of particles. It is dimensionless and it indicates the degree of homogeneity of the medium. Nanoparticles with PIs less than 0.5 are considered to be monodisperse and exhibit less particles aggregation (Yoosaf et al., 2007; He et al., 2004).

Antioxidant activity assays DPPH (2, 2-diphenyl-1-picryl-hydrazyl) scavenging activity

The antioxidant potency of prepared silver nanoparticles was determined by DPPH assay method. The DPPH radicals inhibiting capacity of each formulation was compared to Ascorbic acid to establish efficient antioxidant action (Czyzowska et al., 2015; Kumar et al., 2013). Assay samples were prepared by adding 0.8 ml of 0.1 mM DPPH methanol solution to 2.4 ml of test solutions or ascorbic acid as control. The mixtures were incubated for 10 minutes at room temperature and their absorbance was read under UV spectrophotometer at 517 nm (Iqbal et al., 2017). The antioxidant capacities were expressed as IC50 values (µg/ml) and calculated according to the formula (Kähkönen et al., 1999; Singh and Rajini, 2004).

\[
\text{IC}_{50} = \frac{[\text{A control} - \text{A sample}]}{\text{A control}} \times 100
\]

Determination of total phenolic content

The total phenolic count was expressed as mg of Gallic acid equivalents (GAE) per gram of extract and determined by Folin-Ciocalteu assay (Baydar and Baydar, 2013). 0.1 ml of crude extract was subsequently mixed with 1.5 ml of Folin-Ciocalteu reagent and 1.4 ml sodium carbonate. The mixtures were incubated for 30 minutes and their absorbance detected at 765 nm (Ng et al., 2004; Bocco et al., 1998).

Table 4: Particlesize, Zeta potential and Polydispersity index data

| Parameters | Independent Variables with level code | Dependent Variables |
|------------|---------------------------------------|--------------------|
| Formulation | Factor A Extract conc. (g) | Factor B AgNO3 conc. (mm) | Factor C Stirring speed (rpm) | Response X1 Particle size (nm) | Response X2 Zeta potential (mV) | Response X3 Polydispersity index |
| F1 | 2.0 (+1) | 5 (+1) | 5000 (+1) | 145.4 ± 2.4 | -39.1 ± 2.4 | 0.358 ± 0.02 |
| F2 | 2.0 (+1) | 5 (+1) | 2000 (-1) | 18.9 ± 1.6 | -5.4 ± 0.6 | 3.61 ± 1.2 |
| F3 | 0.5 (-1) | 5 (+1) | 2000 (-1) | 531.4 ± 2.4 | -3.1 ± 0.6 | 1.147 ± 1.4 |
| F4 | 2.0 (+1) | 1 (-1) | 5000 (+1) | 1.3 ± 0.4 | -3.8 ± 0.8 | 0.60 ± 0.02 |
| F5 | 0.5 (-1) | 1 (-1) | 5000 (+1) | 478.5 ± 2.8 | 0.0 ± 0 | 1.723 ± 0.24 |
| F6 | 2.0 (+1) | 1 (-1) | 2000 (-1) | 0.6 ± 0.13 | -1.2 ± 0.9 | 7.40 ± 1.4 |
| F7 | 0.5 (-1) | 1 (-1) | 2000 (-1) | 0.5 ± 0.02 | -8.0 ± 0.4 | 0.264 ± 0.06 |
| F8 | 0.5 (-1) | 5 (+1) | 5000 (+1) | 511.1 ± 2.5 | -6.0 ± 0.4 | 1.658 ± 0.4 |
Antimicrobial activity

Media preparation and inoculation of microorganisms

The antimicrobial activity of prepared silver nanoparticles against *E. coli* and *Salmonella* species was investigated using standard well diffusion method. Assay medium was prepared by dissolving 3.5 g of nutrient agar in 1000 ml of distilled water, and then equally poured on petri plates. The bacteria were inoculated in the media with a sterile pipette and the mixtures were left out to dry for 15 min (Khan et al., 2017).

Silver nanoparticles diffusion

Different concentrations (15µg/ml, 30µg/ml, 45µg/ml and 60µg/ml) of silver nanoparticles were added into the culture media and the plates were further incubated at 37°C for 24 hours.

Measurement of antimicrobial capacity

The approximate antimicrobial capacity of silver nanoparticles against *E. coli* and *Salmonella* species was estimated by measuring the diameter of the inhibition zones Nisa et al. (2013).

RESULTS AND DISCUSSION

Extraction processes

Solvent extraction is of choice for efficient extraction of phytochemicals. Solvent for extraction are chosen based on polarity, it was found that only ethanol gave maximum yield (large amount of drug) with a much smaller quantity of ethanol. The ethanolic crude extract was submitted for fractionation by Column Chromatography method. Nine different colored fractionates were generated and those with similar color and Rf value were combined. According to column chromatography elution, Toluene: Acetone (9:1) proportion was determined to be suitable solvent system to be used as it runs through the glass column without dissolving the solid with maximum elution (90%) of polyphenols.

Screening processes

Preliminary phytochemical screening was done for qualitative analysis of crude extract. The presence of phenols, alkaloids, flavonoids, glycosides, tannins and reducing sugars was revealed while there is no trace of saponins as shown in Table 1. While the Table 2 shows the results obtained from thin layer chromatography and the calculated Rf values. The presence of Phenols and Flavonoids was indentified with the help of the Rf value i.e. 0.965 and 0.975 respectively by using different solvent system as mobile phase. The obtained Rf values of the respective extract were in correlation with the Rf value of polyphenolic compounds like rosmarinic acid, protocatechuic acid, caffeic acid, and umbelliferon; and flavonoids like flavonols and flavan-3-ols. After fractionation, the obtained fractionates were subjected to TLC. The Rf value of each fractionate was calculated and the results obtained were tabulated in Table 3. The TLC investigation showed the presence of phenols in fractionates F1, F3, F4, F5, M1 and M2 with Rf value lying within the standard value i.e. 0.965 whereas the TLC analysis showed the absence of the phenol in fractionates F2, M3, M4 with sub-standard Rf value.

Spectroscopy techniques

All fractionates were analyzed under UV-Vis spectroscopy at 200-500 nm. Maximum absorption peaks were recorded at 270-274nm, specifically for phenolic compounds. Factors such as particle size and shape, silver metal and the media affect the absorption and scattering efficiency. Figure 4 depicts spectrum obtained from FT-IR studies. The main perspective of FT-IR studies to identify and characterize specific phenolic molecular structures. Major peaks were observed at 3434.28 cm⁻¹; 2989.61 cm⁻¹; 2882.29 cm⁻¹; 1706.60 cm⁻¹; 1478.33 cm⁻¹; 1376.61 cm⁻¹; 1249.04 cm⁻¹; 1044.35 cm⁻¹; 880.35 cm⁻¹. The absorbances at 3434.28 cm⁻¹; 2989.61 cm⁻¹ and 2882.29 cm⁻¹ are typically associated with −OH, −CH and −CH₂ stretching vibrations. These results indicate the presence polyphenols which is responsible for stabilizing nanoparticles.

Evaluation of silver nanoparticles

The prepared silver nanoparticles were evaluated and characterized for particle size, size distribution, zeta potential and surface morphology. The results recorded by the Horiba analyzer were shown in Table 4 and Figure 5. These measurements are influenced by preparation method and chemical reactions. F1 showed average particle size of 145.4±2.4 nm, a zeta potential of -39.1 ± 2.4 mV, with a PDI of 0.358 ± 0.02, which indicates formation of a monodispersed Nanosuspension, thus good physico-chemical stability. F1 was therefore selected as best formulation. The size and morphology of F1 particles were further visualized by SEM analysis as shown in Figure 5, showed particles with mean size ranging from 45.6-150.4±2.4 nm and spherical in shape. The percent entrapment efficiency (%EE) is the percentage of plant extract successfully entrapped or absorbed into nanoparticles. It was calculated and found to be 87.23% ± 0.25. Hence, it was concluded that maximum herbal drug (polyphenols) was entrapped into the nanoparticles and drug loss was minimum during the synthesis of...
the formulation F1.

**Antioxidant activity**

Polyphenols in nanoceuticals act as reducing, capping and stabilizing agent. Their antioxidant effects involve the phenolic functional group which donates hydrogen, accepts free radical or interrupts the oxidation reaction chain. The total phenolic content of each formulation was estimated it showed large variations, between 12.67 ± 1.47 and 65.21 ± 3.721 mg GAE/g extract. The total phenolic content value of fractionates F1, F2, F3, F4, F5, M1,M2,M3, M4 was found to be 65.25 ± 3.712, 16.11 ± 2.1, 17.48 ± 1.67, 18.23 ± 1.98, 9.17 ± 1.125, 17.99 ± 1.77, 18.32 ± 1.11,18.18 ± 1.61, 12.67 ± 1.47 and DPPH assay (IC50) μg/ml value was found to be 10.07±2.12, 18.4 ±2.14, 17.96 ± 3.82, 25.94 ± 4.79, 31.67 ± 7.14, 29.67 ± 8.70, 29.09 ± 6.90, 27.24 ± 5.30, 23.78 ± 4.01 and the results are shown in Figure 6. Maximum phenolic content was found in F1 (65.21 ± 3.721 mg equivalent GAE/g of extract); in another terms, 2g of crude extract contain 65.21 ± 3.721 mg of phenol equivalent of Gallic acid. Hence, F1 is expected to exhibit better DPPH scavenging activity when compared to ascorbic acid. On comparing the IC50 values, F1 and F5 exhibited the lowest and highest values respectively. Previous studies reported that the lower the IC50, the higher the antioxidant activity. Therefore, when compared to others, F1 possesses higher DPPH radical scavenging potential.

**Antimicrobial activity**

The antimicrobial activity of prepared silver nanoparticles was assayed by well diffusion method. Figure 7 shows the inhibition efficiency of nanoparticles against both E. coli and Salmonella species. The diameter of inhibition was measured at 04 mm, 08mm, 12mm and 18 mm and 05 mm, 10 mm, 15 mm and 20 mm for E. coli and Salmonella species respectively with 15µg/ml, 30µg/ml, 45µg/ml and 60µg/ml of nanoparticles. From that observation, we can conclude that prepared nanoparticles possess higher antimicrobial efficiency against Salmonella species than E. coli.

**CONCLUSIONS**

This study described a simple and biological approach for synthesizing AgNPs under mild condition by using extract from the mixture of Red rose petals, Orange peels and Potato peels. Spherical shaped AgNPs were prepared with moderate particle size of 145.4 nm and more zeta potential of -39.1 mV, indicating a good stability for colloidal suspension and with adequate polydispersity index. The synthesized AgNPs were extensively characterized and evaluated in terms of particle size, zeta potential and SEM analysis. The presence of polyphenols triggering the antioxidant activity was demonstrated by TLC, UV spectrophotometer and FT-IR spectral studies. Furthermore, the total phenol content was determined and the prepared AgNPs (F1) exhibited an excellent in vitro free radical scavenging property by DPPH assay. Therefore, biosynthesis of AgNPs is simple, safe, efficient and ecological. Hence, it has been concluded that poly-herbal silver nanoparticles could find important potential antioxidant effect which plays a major role in anti-ageing property.

**Declaration of Competing Interest**

The authors report that there is no any conflict of interest to declare.

**Human and Animal Rights**

The authors ensure that there was no experimentation with animal or human subjects.

**Consent for publication:** The corresponding author taken authorized consent from all the authors. All the authors read the manuscript thoroughly and given consent for publication.

**Availability of data and material:** Data are collected from PK solver (PharmPK); Design Expert 9 Software (Stat-ease, Inc. USA); Graph pad Prism (Version 7 software — USA).

**ACKNOWLEDGEMENT**

This project was financially supported by Department of Science and Technology, New Delhi, India under FIST program, F.No.SR/FST/COLLEGE — 280/2015. Authors also very much thankful to Dr. R. Venkataswamy, Chairman and Mr. R.V. Srinivas, Vice Chairman, Sri Venkateswara College of Pharmacy, RVS Nagar, Chittoor, Andhra Pradesh for providing facilities to successfully complete this research work.

**Conflict of interest**

The authors declare that they have no conflict of interest for this study.

**Funding Support**

This project was financially supported by Department of Science and Technology, New Delhi, India under FIST program, F.No.SR/FST/COLLEGE — 280/2015.

**REFERENCES**

Anagnostopoulou, M. A., Kefalas, P., Papageorgiou, V. P., Assimopoulou, A. N., Boskou, D. 2006. Radi-
cal scavenging activity of various extracts and fractions of sweet orange peel (Citrus sinensis). Food Chemistry, 94(1):19–25.

Baumann, L. 2007. Skin ageing and its treatment. The Journal of Pathology, 211(2):241–251.

Baydar, N. G., Baydar, H. 2013. Phenolic compounds, antiradical activity and antioxidant capacity of oil-bearing rose (Rosa damascena Mill.) extracts.

Bocco, A., Cuvelier, M.-E., Richard, H., Berzet, C. 1998. Antioxidant Activity and Phenolic Composition of Citrus Peel and Seed Extracts. Journal of Agricultural and Food Chemistry, 46(6):2123–2129.

Bogle, K. A., Dhole, S. D., Bhoraskar, V. N. 2006. Silver nanoparticles: synthesis and size control by electron irradiation. Nanotechnology, 17(13):3204–3208.

Choi, Y., Ho, N.-H., Tung, C.-H. 2007. Sensing Phosphatase Activity by Using Gold Nanoparticles. Angewandte Chemie International Edition, 46(5):707–709.

Czyzowska, A., Klewicka, E., Pogorzelski, E., Nowak, A. 2015. Polyphenols, vitamin C and antioxidant activity in wines from Rosa canina L. and Rosa rugosa Thunb. Journal of Food Composition and Analysis, 39:62–68.

He, B., Tan, J. J., Liew, K. Y., Liu, H. 2004. Synthesis of size controlled Ag nanoparticles. Journal of Molecular Catalysis A: Chemical, 221(1-2):121–126.

Iqbal, Z., Iqbal, M. S., Mishra, K. 2017. Screening of Antioxidant property in medicinal plants belonging to the family Apocynaceae. Asian Journal of Pharmaceutical and Clinical Research, 10(12):415–415.

Kähkönen, M. P., Hopia, A. I., Vuorela, H. J., Rauha, J.-P., Pihlaja, K., Kujala, T. S., Heinonen, M. 1999. Antioxidant Activity of Plant Extracts Containing Phenolic Compounds. Journal of Agricultural and Food Chemistry, 47(10):3954–3962.

Kamijo, M., Kanazawa, T., Funaki, M., Nishizawa, M., Yamagishi, T. 2008. Effects of Rosa rugosa Petals on Intestinal Bacteria. Bioscience, Biotechnology, and Biochemistry, 72(3):773–777.

Khan, A., Shaheem, A., Mahmood, T., Rehman, W., Yaqoob 2017. Novel synthesis and characterization of silver nanoparticles from leaf Aqueous Extract of Aloe Vera and their Antimicrobial Activity. J Nanosci Nanotechnol, 1(1):1–9.

Kovac-Besovic, D. K. E. E., Kalodera, Z., Sofic, E. 2009. Identification and Isolation of Pharmacologically Active Triterpenes in Betulae Cortex, Betula Pendula Roth. Betulaceae. Bosnian Journal of Basic Medical Sciences, 9(1):32–38.

Kumar, A., Singhal, K. C., Ra, Sharma, Govind, K., Vyas, V., Kumar 2013. Total Phenolic and Antioxidant Activity of Catharanthus roseus in different geographical locations of Rajasthan. Asian J Exp Biol Sci, 4(1):155–158.

LaCourse, W. R. 2002. Column Liquid Chromatography: Equipment and Instrumentation. Analytical Chemistry, 74(12):2813–2832.

Li, K., Zhang, F. S. 2010. A novel approach for preparing silver nanoparticle under electron beam irradiation. Journal of Nanoparticle research, 12(4):1423–1428.

Majors, R. E. 2003. A review of HPLC column packing technology. Am Lab, 10:46–54.

Md, A. M., Tareq, S. M., Apu, A. S., Basak, D., Islam, M. S. 2010. Isolation and identification of compounds from the leaf extract of Dillenia indica Linn. Bangladesh Pharm J, 13(1):49–53.

Ng, T. B., He, J. S., Niu, S. M., Pi, Z. F., Shao, W., Liu, F., Zhao, L. 2004. A gallic acid derivative and polysaccharides with antioxidative activity from rose (Rosa rugosa) flowers. Journal of Pharmacy and Pharmacology, 56(4):537–545.

Nisa, H., Kamili, A. N., Bandh, S. A., ul Amin, S., Lone, B. A., Parray, J. A. 2013. Phytochemical screening, antimicrobial and antioxidant efficacy of different extracts of Rumex dentatus L. – A locally used medicinal herb of Kashmir Himalaya. Asian Pacific Journal of Tropical Disease, 3(6):434–440.

Park, J.-H., Lee, M., Park, E. 2014. Antioxidant Activity of Orange Flesh and Peel Extracted with Various Solvents. Preventive Nutrition and Food Science, 19(4):291–298.

Peters, N. O. 2010. Antioxidant and cytotoxic activities and phytochemical screening of four Philippines medicinal plants. Just media plant Res, 4:407–421.

Philipson, J. D. 2007. Phytochemistry and pharmacology. Photochemistry, 68:2960–72.

Rasool, N., Rizwan, K., Imran, I. 2011. Antioxidant potential of different extracts and fractions of Catharanthus roseus shrouds. Int J Phytomed, 3(1):8–14.

Rolim, W. R., Pelegrino, M. T., de Araújo Lima, B., Ferraz, L. S., Costa, F. N., Bernardes, J. S., Rodrigues, T., Brocchi, M., Seabra, A. B. 2019. Green tea extract mediated biogenic synthesis of silver nanoparticles: Characterization, cytotoxicity evaluation and antibacterial activity. Applied Surface Science, 463(18):66–74.

Silva-Beltran, N. P., Chaidez-Quiroz, C., Lopez-Cuevas, O., Ruiz-Cruz, S., Lopez-Mata, M. A.,
Del-Toro-Sanchez, C. L., Marquez-Rios, E., de Jesus Ornelas-Paz, J. 2017. Phenolic Compounds of Potato Peel Extracts: Their Antioxidant Activity and Protection against Human Enteric Viruses. *Journal of Microbiology and Biotechnology*, 27(2):234–241.

Singh, N., Rajini, P. S. 2004. Free radical scavenging activity of an aqueous extract of potato peel. *Food Chemistry*, 85(4):611–616.

Song, K., Lee, S., Park, T., Lee, B. 2009. Preparation of colloidal silver nanoparticles by chemical reduction. *Korean Journal of chemical engineering*, 26(1):153–155.

Suber, L., Sondi, I., Matijević, E., Goia, D. V. 2005. Preparation and the mechanisms of formation of silver particles of different morphologies in homogeneous solutions. *Journal of Colloid and Interface Science*, 288(2):489–495.

Sun, S., Murray, C., Weller, D., Folks, A. L. 2000. Monodisperse FePt Nanoparticles and Ferromagnetic FePt Nanocrystal Super lattices. *Moser Science*, 287:1989–92.

Tobin, D. J. 2017. Introduction to skin aging. *Journal of Tissue Viability*, 26(1):37–46.

Wahab, A., Abdul, S. I., Elhassan, A. B., Mohan, M. M., Al-Zubairi, S., Alhaj, A. S., Abdullah, R., Mariod, A. 2009. Biological and phytochemical investigations of Goniothalamus umbrosus leaves hexane extract. *J Med Plants Res*, 3(11):883–888.

Yoosaf, K., Ipe, B. I., Suresh, C. H., Thomas, K. G. 2007. In Situ Synthesis of Metal Nanoparticles and Selective Naked-Eye Detection of Lead Ions from Aqueous Media. *The Journal of Physical Chemistry C*, 111(34):12839–12847.

Zhang, S., Duan, E. 2018. Fighting against Skin Aging. *Cell Transplantation*, 27(5):729–738.